Key indicators: single-crystal X-ray study; T = 293 K; mean (C-C) = 0.004 Å; R factor = 0.024; wR factor = 0.056; data-to-parameter ratio = 11.6.
In the title complex, [Cu 2 V 8 O 21 (2,2 0 -bpy) 2 ] n (bpy = bipyridine, C 10 H 8 N 2 ), the asymmetric unit contains four independent V atoms briged by 11 O atoms, one of which lies on an inversion center, and a [Cu(2,2 0 -bpy)] 2+ unit. Three V atoms in the polyoxoanion exhibit distorted tetrahedral coordination geometries while the fourth V atom adopts a trigonalbipyramidal geometry. The Cu atom adopts a squarepyramidal geometry being coordinated by two nitrogen donors of a 2,2 0 -bpy ligand, and three bridging O atoms which are linked with V atoms. The V 8 polyoxoanion is connected to [Cu(2,2 0 -bpy)] 2+ cations, resulting in a two-dimensional layer structure extending parallel to (010). C-HÁ Á ÁO hydrogen bonding consolidates the structure.
Related literature
For hybrid organic-inorganic vanadium oxides, see: Zapf et al. (1997) ; Liu et al. (2001 Liu et al. ( , 2002 ; Yuan et al. (2002) . For the organic substituents, see: Girginova et al. (2005) ; Paz & Klinowski (2003) ; Shi et al. (2005) .
Experimental
Crystal data [Cu 2 V 8 O 21 (C 10 
Data collection
Rigaku R-AXIS RAPID diffractometer Absorption correction: multi-scan (ABSCOR; Higashi, 1995 Table 1 Hydrogen-bond geometry (Å , ). 
Data collection: RAPID-AUTO (Rigaku, 1998 ); cell refinement: RAPID-AUTO; data reduction: RAPID-AUTO; program(s) used to solve structure: SHELXS97 (Sheldrick, 2008); program(s) used to refine structure: SHELXL97 (Sheldrick, 2008); molecular graphics: ORTEP-3 (Burnett & Johnson, 1996) ; software used to prepare material for publication: SHELXTL97.
Supplementary data and figures for this paper are available from the IUCr electronic archives (Reference: PV2241).
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Comment
The introduction of hydrothermal technique and the use of organic groups which were performed not only as template agents, but also as ligands directly coordinated to the inorganic units, have led to the production of various organic-inorganic hybrid vanadium oxides with discrete clusters, one-dimensional, two-dimensional and three-dimensional structures (Zapf et al., 1997; Liu et al., 2001; Liu et al., 2002; Yuan et al.,2002) . Typically, the organic substituents have been presented as charge-compensating cations and structural filling agents. Examples of such compounds include the one-dimensional and the two-dimensional phases (Paz et al., 2003; Girginova et al., 2005 , Shi et al., 2005 . Following interest in the hydrothermal approach to the synthesis of this family of hybrid compounds, we have synthesized a novel organic-inorganic hybrid vanadium oxide complexed with [Cu(2,2'-bpy)]
2+ cation (bpy = bipyridine), [{Cu(2,2'-bpy)} 2 V 8 O 21 ], (I). In this article, the crystal structure of the title compound is presented.
The crystals of the title compound ( Fig. 1) consist of an unusual two-dimensional layer-like structure grafted with [Cu(2,2'-bpy)] 2+ complex. The asymmetric unit of (I) contsians four crystallographically independent V atoms briged by 11 oxygen atoms, one of which (O5) lies on an inversion center and a [Cu(2,2'-bpy)] 2+ complex. The atoms V1, V3 and V4 exhibit distorted tetrahedral coordination geometry coordinated with four bridging oxygen atoms. V1 and V4 share oxygen atoms with one {CuN 2 O 3 } square pyramid unit, one {VO 5 } square pyramid unit and two {VO 4 } tetrahedra, while V3 shares oxygen atoms with one {CuN 2 O 3 } square pyramid unit, two {VO 5 } square pyramids and one {VO 4 } tetrahedron. The atom V2 shows a trigonal bipyramidal coordination geometry with O9 and O11 atoms in axial and O6, O8 and O10 atoms at equatorial positions. With the exception of O6, the remaining four oxygen atoms are linked with two symmetry related V3 atoms and another two are linked with V1 and V4. The Cu atom adopts a square pyramidal geometry being coordinated by two nitrogen donors of a 2,2'-bpy ligand, and three bridging oxygen atoms which are linked with V1, V3, and V4, respectively. As shown in Fig. 2 , two {VO 4 } tetrahedra shared a corner to give rise to a V 2 O 7 moiety, which further produce a {V 8 O 21 } n layer. Interestingly, each {CuN 2 O 3 } square pyramid attaches to three {VO 4 } tetrahedra of the vanadate layer via corner-sharing interaction. Therefore, the {[Cu(2,2'-bpy)] 2 V 8 O 21 } n layer consists of 4-, 5-and 6-membered rings. The adjacent layers are stably packed together and exhibit an interesting three-dimensional supramolecular architecture.
Experimental
The title compound was hydrothermally synthesized under autogenous pressure. A mixture of V 2 O 5 (0.66 g,3.6 mmol), As 2 O 3 (0.48 g,2.4 mmol), CuSO 4 .5H 2 O(0.75 g, 3 mmol), 2,2'-bipy (0.18 g, 1.2 mmol), 4,4'-bipy (0.24 g, 1.2 mmol) and 18 ml water was stirred for 120 min in air; it was adjusted to pH = 6.5 with 2M KOH, and was heated in a 25-ml stainless steel reactor with a Teflon-liner at 453 K for 3 days, and then cooled to room temperature. The resulting product consisting of brown block crystals was isolated by filtration, washed with distilled water, and dried at ambient temperature (51% yield based on V).
supplementary materials sup-2 Refinement
The H atoms were located from difference Fourier maps and were allowed to refine with isotropic displacement factors.
Figures Fig. 1 . ORTEP drawing of the title compound with thermal ellipsoids at 50% probability.
[symmetry codes: 
Crystal data 
Special details
Geometry. All esds (except the esd in the dihedral angle between two l.s. planes) are estimated using the full covariance matrix. The cell esds are taken into account individually in the estimation of esds in distances, angles and torsion angles; correlations between esds in cell parameters are only used when they are defined by crystal symmetry. An approximate (isotropic) treatment of cell esds is used for estimating esds involving l.s. planes.
Refinement. Refinement of F 2 against ALL reflections. The weighted R-factor wR and goodness of fit S are based on F 2 , conventional R-factors R are based on F, with F set to zero for negative F 2 . The threshold expression of F 2 > 2sigma(F 2 ) is used only for calculating R-factors(gt) etc. and is not relevant to the choice of reflections for refinement. R-factors based on F 2 are statistically about twice as large as those based on F, and R-factors based on ALL data will be even larger. 
Fractional atomic coordinates and isotropic or equivalent isotropic displacement parameters (
